Influence of TiO$_2$ Nanocrystals on Alkyd Resin Paint Films to Protect Metals

Le Huy Hai$^1$, Le Mai Xuan Truc$^2$ and Nguyen Quoc Trung$^3$

$^1$Faculty of Chemical Engineering and Food Technology, Nguyen Tat Thanh University, Vietnam.  
$^2$Faculty of Chemical Engineering and Food Technology, Ho Chi Minh City University of Technology (HCMUT), Vietnam.  
$^3$Faculty of Chemistry, VNUHCM-University of Science, Ho Chi Minh City, Vietnam.

Authors’ contributions: This work was carried out in collaboration among all authors. Author LHH designed the study, performed the statistical analysis, wrote the protocol and wrote the first draft of the manuscript. Author LMXT managed the analyses of the study. Author NQT managed the literature searches. All authors read and approved the final manuscript.

ABSTRACT

Aim and Objectives: Nowadays, nanomaterials technology is developing very quickly and bringing high economic efficiency for many industries including paint. The purpose of this study is to assess the effect of paint properties when replacing TiO$_2$ powder coating with nano TiO$_2$ at different ratios.  
Materials and Methods: The research method is selecting the traditional alkyd paint formula, then replacing this coating powder TiO$_2$ with nano TiO$_2$ to monitor the properties of the paint film over time. Methods of analyzing the properties of the paint film are based on Vietnam standards.  
Results: The study results showed that TiO$_2$ coating powder replaced by TiO$_2$ nanomaterials has increased the properties of the paint film, improving the thickness, gloss, and durability of the paint film. Nano TiO$_2$ increases from 0.5% to 24% by weight, the impact increased by about 11% (73 to 82 kg.cm), Glossy 60° increased by about 12%, Glossy 85° increased by about 12%, especially the durability of paint film over time increased nearly double. Nano TiO$_2$ is a more expensive material than TiO$_2$, so it should replace less than 4% by weight to increase the quality of the paint film, this ratio is changed according to the actual equipment requirements.

*Corresponding author: E-mail: haihuongviet@gmail.com;
Conclusions: The higher the rate of replacing TiO2 materials with TiO2 nano, the better the properties of the paint film. Therefore, nano-material TiO2 is a good coating in alkyd resin for metal paint, it improves the properties of paint film better than TiO2 material.

Keywords: Coating materials; durable life; gloss; impact level; standards.

1. INTRODUCTION

Nanomaterials are increasingly used in many fields of science, technology, medicine, and life, so it is being paid attention to research and development by scientists [1]. Nano is small in size (1 nm = 10^-9m), it has many outstanding properties compared to conventional materials especially in the field of covering and sterilizing. Nanoscale materials have been used in industrial paper [2,3], antibacterial paper products [4,5]. In medicine, nanomaterials are used in sterilization and antiseptic which bring high efficiency [6,7,8].

In the field of paints, there are many types of nanomaterials that have been researched with lots of applications such as nano TiO2, Al2O3, SiO2, ZnO, CaCO3. The field of creating coatings is paid much attention to many nano-sized materials such as TiO2 for coatings in paint and coatings in cosmetics [9,10]. The production of TiO2 nanomaterials has also been noted to create nanoscale materials by various methods for effective testing [11,12]. Iron-doped TiO2 (Fe:TiO2) nanoparticles were synthesized by the sol-gel method, followed by hydrothermal treatment, drying, and annealing [13]. A new synthesis method was proposed to obtain anatase titanium oxide (TiO2) nanocrystals anchored into a molecular sieve, as a matrix assigned by the in-situ anchoring (ISA) method [14]. Synthesis of TiO2 nanoparticles and good dispersion on SBA-15 mesoporous materials for high photocatalytic activity, the results of this study will be useful in enhancing the photocatalytic efficiency of TiO2 nanocatalyst materials [15]. Researchers discovered that the 2,2′-bipyridine (bipy) was a good additive candidate for TiO2 nanoparticles-based dye-sensitized solar cells using natural dyes [16].

TiO2 is a material typically used, has three types of crystal structures - anatase, rutile, and brookite forms. Each type has a different density, refractive index, and other properties. Anatase and rutile type titanium oxide powders, the types most commonly used for industrial applications. TiO2 nanoparticles are produced in the rutile and anatase forms. Unlike larger TiO2 particles, TiO2 nanoparticles are transparent rather than white. Some spectroscopy characterization data of titanium oxide and titanium dioxide nanoparticles have been studied. The band gap of titanium oxide was measured using a UV spectrophotometer. Since UV-visible absorption spectra are used to confirm the excitation wavelengths, they serve as the most fundamental tools for evaluating TiO2. Titanium oxide, which is a material typically used, has three types of crystal structures - anatase, rutile, and brookite forms. Each type has a different density, refractive index, and other properties. The band gap was determined for anatase and rutile type titanium oxide powders, the types most commonly used for industrial applications, by measuring the diffuse reflectance [17].

Many studies on the properties of TiO2 nanomaterials, the properties of paints with TiO2 nanomaterials as coatings have been evaluated [18,19,20]. Some prominent studies such as research on the application of modified TiO2 nano in acrylic interior wall latex paint [21], surface modification of nanometer TiO2 [22], studies on the surface coating of nano-sized titania [23], the construction coating is prepared with nano-TiO2 composite [24], modulation and properties of nano-TiO2 modified interior wall paint [25]. There are still many problems in using nanomaterials as coatings in paints that need further research such as durability of paint films overtime when replacing TiO2 coatings with TiO2 nanomaterials, the relationship between replacement rate, and economic efficiency in using this paint.

The purpose of this study is to assess the gloss, impact resistance, and time durability of metal coatings using TiO2 nanomaterials to replace TiO2 at different ratios. This study focuses on the durability of paint films, which contributes to the addition of the use of TiO2 nanomaterials in metal coatings, as a basis for practical application on an industrial scale.

This study helps manufacturers to choose the TiO2 coating replacement rate with TiO2
nanomaterials that are suitable for each painting with different requirements for quality and price.

2. MATERIALS AND METHODS

2.1 Materials

Nano TiO\textsubscript{2} Coating BR05: Particle size 5-30nm, purity 99.99%, white color, inertness, fine powder, dispersed in water and oil. This type of TiO\textsubscript{2} nano is often used as a coating for printing ink and paint with the rate used in the formula from 2-25%. Nano TiO\textsubscript{2} has very good sun protection. The sun protection mechanism of nano TiO\textsubscript{2} is reflective of sunlight, protecting the painted object under radiation, so it has the ability to stabilize the coating to extend the life. Place of origin: Anhui, China.

TiO\textsubscript{2} coating BLR501 has a median particle size in the 200–300 nm range (the average particle size 250nm), purity 97.5%, white color. The use of TiO\textsubscript{2} is very diverse. TiO\textsubscript{2} is a compound with high melting point (heat resistance), little chemical effect (chemical resistance), abrasion resistance, large hardness but remains stable, good plasticity, less cracking. TiO\textsubscript{2} has high coverage, fine particles, good oil permeability, and very durable under the effect of moist air, seawater, H\textsubscript{2}S, SO\textsubscript{2} and non-toxic. TiO\textsubscript{2} is not denatured over time. It is widely used in the TiO\textsubscript{2} paint industry with high corrosion resistance, so it is used to manufacture paint for bridges, constructions, and anti-corrosion equipment of the atmosphere. TiO\textsubscript{2} is impervious to water, has high chemical and thermal stability, so it is used to paint ship shells, aircraft hulls, heat-resistant pipes, water-immersion devices such as fishing tools, ship, submarine. TiO\textsubscript{2} paint film has mechanical strength, so it is used for priming in the coating on equipment under high pressure. Chinese origin.

TiO\textsubscript{2} coating BLR501 is a very popular material in the Vietnamese market and is widely used in the paint industry. The technical properties of the TiO\textsubscript{2} coating BLR501 are equivalent to that of P25-TiO2-Degussa.

Alkyd resin CR 1486-70 DT: Oil length 49%. Acid index (mg KOH / g solid) 5-12. Solid content 70 ± 1%. Feature fastness, fast dry, stable, used in paint. Indonesian Origin.

Anti-sedimentation agent FGELE 170: An easily dispersed organic additive is used in low to medium polar solvent-based systems of organic liquids. It is an anti-settling agent in paints, inks, and adhesives. Chinese origin.

Airex 900 foam breaking agent: As a foam breaking agent, it breaks down bubbles formed in the process of mixing, grinding, or coating to make the paint film smooth and glossy. Chinese origin.

Dispersant Disper 710s: A highly effective dispersant that disperses organic and inorganic additives in the paint to create a gloss for paint film. Chinese origin

Oct Co Surface Desiccant: Cobalt octoate 10% is a metal salt used as a drying agent for oil paint systems. Appearance is purple, clear liquid, solid content of 55-65%, the metal content of 9.8 - 10.2, specific gravity 0.93-1.03. Dura origin (India).

Oct Pb Surface Drying Agent: Product name lead octoate (32% Pb). Lead Octoate is a surface-based drying agent that hardens the entire surface by drying the entire film-forming agent, often combined with Cobalt and Calcium Octoate. Liquid, clear yellow, solid content of 62-72%, Pb content 32 ± 0.2%. Density 1.2-1.3 g / ml. Application as a desiccant for paint. Thai origin.

Xylene solvent: Xylene is a clear colorless liquid with a pleasant aroma. Density at 20°C is 0.865-0.875 kg/L. Auto-ignition temperature 500°C. This mixture is liquid, colorless, and often used as a solvent. Chinese origin.

2.2 Research Methods

Using the method of comparing the properties of the paint when replacing TiO\textsubscript{2} coating with TiO\textsubscript{2} nano-coating in paints use alkyd resin as a film-making agent. We made different paint formulas with the replacement rate of TiO\textsubscript{2} coating material with TiO\textsubscript{2} nanomaterials then consider the extent of the effect of nanomaterials on the properties of the paint film. Each paint formula sample is painted on 15 metal sheets with dimensions of 70x150 mm and a thickness of 0.5 mm with the same film thickness. From empirical data compared with each other to draw conclusions, evaluate the advantages of using nanomaterials.

Creating a uniform thickness paint is relatively difficult, so we create many models to choose
from. There are many tools for creating paint coatings, such as paintbrushes, rollers, spray equipment, manual and automatic film-drawing rulers, etc. The common tool for creating laboratory coatings is a manual paint film ruler. Currently, there are many types of manual paint film ruler, it creates paint film based on the method of creating the Doctor Blade technique. We use the manual pull ruler model BGD 201/5 with a 100 µm scale from the Biuged manufacturer. The manual paint film ruler Biuged is made of stainless steel with an accuracy of 2%, used easily, and created relatively uniform paint film. The metal plates used for testing are weighed before and after coating for 24 hours to determine the amount of coating on the surface. We choose metal tin sheets with the same amount of coating (error of 2%) to determine the index of the paint film.

2.3 Methods of Analysis

Gloss 60°, 85° is determined according to Vietnam Standard TCVN [26].

Drying time of the paint film is determined according to TCVN [27].

Adhesion is determined according to TCVN [28].

The impact is determined according to TCVN [29].

Coverage of dry paint film is determined according to TCVN [30].

3. RESULTS AND DISCUSSION

We create paints based on traditional formulas from formulas 1 to 8 with the same ingredients but different in TiO2 and nano TiO2 coating ratios. The total TiO2 and nano TiO2 coatings in all samples were 22% by weight (Table 1)

Formula 1:

- Step 1: Dissolve 5 gams Anti-sedimentation agent (FGEL 170), 2 gams Foam breaking agent (Airex 900), 5 gam Dispersant substance (Disper 710S) in 50 gram of xylene solvents.
- Step 2: Dissolve 0.5 gams Drying additives (Oct Co), 0.5 gams (Oct Pb), in 50 grams of xylene solvent.
- Step 3: Dissolve 440 grams of Resin membrane adhesion substance for paint (Alkyd-CR 1486-70) in 227 grams of xylene solvent in a 3-liter agitator adjusted at 25 rpm.
- Step 4: Slowly add 220 grams of powder coated with TiO2 to the film-forming resin solution dissolved in xylene
- Step 5: Add the dissolved mixture in step 1 and step 2 to stir for another 45 minutes.
- Step 6: Crushed by ball grinding equipment for 180 minutes.

Formula 2, 3, 4, 5, 6, 7. 8: Proceed in the same way as formula 1 and replace TiO2 with nano TiO2 in proportion to the formula in Table 1. All paint formulas are carried out and presented under the same conditions but only differ in the speed of replacing TiO2 coating material with TiO2 nanomaterials. The paint formulations are applied to metal tin sheets to assess the basic quality indicators of the paint film. We use BGD 201/5 manual ruler model with 100 scales to create the paint film. Each paint formula sample is painted on 15 metal sheets with the same film thickness. After the film has dried, weigh the tin plates to select the panels with the same coverage 83 g/m2 to check and evaluate the quality indicators of the paint film. From empirical data, we compared to each other to draw conclusions, evaluate the advantages of using nanomaterials.

From Table 2 shows that when increasing the concentration of nano TiO2, the level of impact also increased. The impact level in formula 2 to formula 4 increases fast from 74 to 79 kg. cm then slows down until completely replacing TiO2 with nano TiO2, the impact level is 82 kg.cm.

From the data and graphs shown in Table 1 and 2, it shows that the gloss of 60° and 85° is increased when replacing TiO2 coating with TiO2 nanomaterials with a higher replacement rate, the faster the glossiness increases. This can be explained by the fact that the TiO2 nano-coating is very small and smooth, so it gives the metal surface a gloss so the finer the material, the glossier it is.

3.1 The Change of Adhesion Over Time

Adhesion overtime of the paint films in the formulas evaluated (Fig. 1).

The higher ratio of using nano-coating materials, the less change in adhesion. It means that it is
more durable, the life of the paint film is higher when using TiO₂ nanocoating material. This can be explained by the fact that the metal surface structure is not smooth and ideal, but from a micro perspective, it is also rough with very small slots, holes that make the coating of different sizes penetrate deep into the surface at different levels. Due to the size of nano TiO₂ being very small from 5-30 nm, it easily penetrates to the metal surface, so the adhesion force between the coating and metal surface is better than the adhesion force of TiO₂ coating, it makes the paint more durable or the life of the coating with the nanocoating material is nano TiO₂ higher.

Unlike larger TiO₂ particles, TiO₂ nanoparticles are transparent rather than white. Ultraviolet (UV) absorption characteristics are dependent on the crystal size of titanium dioxide and ultrafine particles have strong absorption against both UV-A (320-400 nm) and UV-B (280-320 nm) radiation. Light absorption in the UV occurs because of the presence of strongly bound excitons [31]. Nano TiO₂ Coating BR05 particles have a small size of 5-30 nm, so it resists the influence of UV rays better than TiO₂ coating BLR501 with a size of 200-300 nm. Therefore, nano-TiO₂ in alkyd paint has improved paint properties. Experiments show that when adding nano-TiO₂ to paint, properties such as Impact level, Glossy, Adhesion over time are better, and the ability to resist the effects of the environment is better.

TiO₂ usually has an average particle size of about 250 nm, TiO₂ powder contains a variety of sizes, they can have a small fraction of nano-sized particles even if the average particle size is larger. The blend of TiO₂ and nano-TiO₂ can give superior properties, so it is not entirely that the properties obtained in the paint are due to nano-TiO₂.

Experiments show that the replacement of TiO₂ powder coatings with TiO₂ nanomaterials in metallic protective alkyd paints has brought better results for paint film properties such as gloss, impact resistance, and especially service life of paint film over time. The impact level, glossy, adhesion over time increased rapidly at the rate of replacing TiO₂ coated material with nano TiO₂ from 0.5% to 4% then increasing slowly. Because TiO₂ nanomaterials are more expensive than TiO₂ coatings, the replacement should only be applied on a case by case basis. Metal surfaces of ordinary, inexpensive objects, tools, equipment if using alkyd paint with nano TiO₂ coating need to be considered economically because this type of paint is more expensive than that used with powder coatings TiO₂. To improve the quality of paint film for this equipment, only TiO₂ coating material with nano TiO₂ should be replaced at a rate of less than 4% weight of the paint. However, in case of requiring good quality paint film, high gloss, durability over time for metal surfaces of valuable tools and equipment, paints with TiO₂ coating material are replaced with nano TiO₂ with a high ratio that is very suitable.

### Table 1. Composition of paint formulations

| No | Raw materials | Uses                      | 1  | 2  | 3  | 4  | 5  | 6  | 7  | 8  |
|----|---------------|---------------------------|----|----|----|----|----|----|----|----|
| 1  | Alkyd- CR 1486-70 DT | Resin adhesion for paint | 44 | 44 | 44 | 44 | 44 | 44 | 44 | 44 |
| 2  | Nano TiO₂     | Cover substance           | 0.5| 0.5| 1  | 1  | 2  | 4  | 8  | 16 | 22 |
| 3  | TiO₂          | Cover substance           | 22 | 21.5| 21 | 20 | 18 | 14 | 6  |    |    |
| 4  | FCEL 170      | Anti-sedimentation agent  | 0.5| 0.5| 0.5| 0.5| 0.5| 0.5| 0.5|    |    |
| 5  | Airex 900     | Foam breaking agent       | 0.2| 0.2| 0.2| 0.2| 0.2| 0.2| 0.2|    |    |
| 6  | Disper 710S   | Dispersant substance      | 0.5| 0.5| 0.5| 0.5| 0.5| 0.5| 0.5|    |    |
| 7  | Oct Co        | Drying substance          | 0.05| 0.05| 0.05| 0.05| 0.05| 0.05| 0.05| 0.05| 0.05|
| 8  | Oct Pb        | Drying substance          | 0.05| 0.05| 0.05| 0.05| 0.05| 0.05| 0.05| 0.05| 0.05|
| 9  | Xylene        | Solvent                   | 32.7| 32.7| 32.7| 32.7| 32.7| 32.7| 32.7| 32.7| 32.7|
| 10 | Total         |                           | 100| 100| 100| 100| 100| 100| 100| 100| 100 |
Table 2. Properties of paint

| No | Properties                        | Formula 1 | Formula 2 | Formula 3 | Formula 4 | Formula 5 | Formula 6 | Formula 7 | Formula 8 |
|----|-----------------------------------|-----------|-----------|-----------|-----------|-----------|-----------|-----------|-----------|
| 1  | Face dry time (minutes)           | 34        | 34        | 33        | 33        | 32        | 30        | 29        |
| 2  | Natural drying time (hours)       | 18        | 18        | 17.5      | 17        | 16.5      | 16        | 15.5      | 15        |
| 3  | Impact level (kg.cm)              | 73        | 74        | 77        | 79        | 80        | 81        | 82        | 82        |
| 4  | Coverage of dry paint film g / m² | 83        | 83        | 83        | 83        | 83        | 83        | 83        | 83        |
| 5  | Glossy 60°                        | 85        | 87        | 90        | 92        | 92        | 93        | 94        | 95        |
| 6  | Glossy 85°                        | 82        | 84        | 86        | 88        | 89        | 90        | 91        | 92        |

Fig. 1. The change of adhesion over time

4. CONCLUSION

Replacing TiO₂ by nano TiO₂ in alkyd resin for metal paint has increased the adhesion of TiO₂ coating to the metal surface, which makes the film glossier, the better impact resistance of paint film, and the life of the paint film is more durable under the impact of the environment.

The higher the rate of replacing TiO₂ materials with TiO₂ nano, the better the properties of the paint film. Therefore, nano-material TiO₂ is a good coating in alkyd resin for metal paint, it improves the properties of paint film better than TiO₂ material.

Because TiO₂ nanomaterial is more expensive than TiO₂, in order to improve the quality of paint film, it is recommended to replace TiO₂ coating material with nano TiO₂ with a rate of less than 4% of the weight, in case of good paint quality, high gloss and durability over time for metal surfaces of valuable tools and equipment the replacement should be at a higher rate.

ETHICAL APPROVAL

It is not applicable

COMPETING INTERESTS

Authors have declared that no competing interests exist.

REFERENCES

1. Aitken RJ, Chaudhry MQ, Boxall ABA, Hull M. Manufacture and use of nanomaterials: Current status in the UK and global trends. Occupational Medicine. 2006;56:300-3.
2. Puurunen K, Vasara P. Opportunities for utilising nanotechnology in reaching near-zero emissions in the paper industry. Journal of Cleaner Production. 2006;15:13-14.
3. Trindade T. Electrostatic Assembly of Ag Nanoparticles onto Nanofibrillated Cellulose for Antibacterial Paper Products. Cellulose. 2012;19:1425-1436.
4. Afsharpoor M, Rad FT, Malekian H. New cellulotic titanium dioxide nanocomposite as a protective coating for preserving paper-art-works. Journal of Cultural Heritage. 2011;12(4):380-383.
5. Baruah S, Jaisai M, Imani R, Nazhad MM, Dutta J. Photocatalytic paper using zinc oxide nanorods. Science and Technology of Advanced Materials. 2010;28(5):1-7.
6. Gao L, Liu G, Ma J, Wang X, Zhou L, Li X, Wang F. Application of drug nanocrystal technologies on oral drug delivery of poorly soluble drugs. Pharmaceutical Research. 2013;30(2):307–324.
7. Lijie Z, Thomas JW. Nanotechnology and nanomaterials: Promises for improved tissue regeneration. Nano Today. 2009;4:66-80.
8. Oghihara J, Xie J, Okagaki TS. Simple Method for Preparing Superhydrophobic Paper: Spray-Deposited Hydrophobic Silica Nanoparticle Coatings Exhibit High Water-Repellency and Transparency. Langmuir. 2012;28(10):4605-4613.
9. Qi-jin G, Xi-kui W, San-fang T. Heterogeneous Photocatalytic Degradation Kinetic of Gaseous Ammonia Over Nano-TiO2 Supported on Latex Paint Film. Biomedical and Environmental Sciences. 2008;21:118-123.
10. Kaida T, Kobayashi K, Adachi M, Suzuki F. Optical characteristics of titanium oxide interference film and the film laminated with oxides and their applications for cosmetics. Journal of Cosmetic Science. 2004;55 (2):219–220.
11. Kaegi R, Ulrich A, Sinnet B, Vonbank R, Wichser A, Zuleeg S, Simmler H, Brunner S, Vonmont H, Burkhart M, Boller M. Synthetic TiO2 nanoparticle emission from exterior facades into the aquatic environment. Environmental Pollution. 2008;156:233-239.
12. Dong HG, Dam TP, Chu HH, Le VS. Research on the modulation of nano TiO2 solution and first steel testing except tobacco mosaic virus (TMV). Journal of Science and Development. 2013;11(6):790-796.
13. Reginaldo DSS, Guilherme AF, Carlos G, Carlos APL, Herbert DS, Marco AZA, Claudia L. Iron Insertion and Hematite Segregation on Fe-Doped TiO2 Nanoparticles Obtained from Sol–Gel and Hydrothermal Methods. ACS Applied Materials & Interfaces. 2012;4(10): 5555-5561.
14. Araújo MM, Silva LKR, Sczancoski JC, Orlandi MO, Longo E, Santos AGD, Sá JLS, Santos RS, Luz JGE, Cavalcante LS. Anatase TiO2 nanocrystals anchored at inside of SBA-15 mesopores and their optical behavior. Applied Surface Science. 2016;389:137-1147.
15. Liou TH, Hung LW, Syu HS, Chu L. Synthesis of TiO2 Nanoparticles and Good Dispersion on SBA-15 Mesoporous Materials for High Photocatalytic Activity. Journal of Nanoscience and Nanotechnology. 2018;18(1):20-29. DOI:https://doi.org/10.1166/jnn.2018.14569
16. Carvalho IC, Barbosa ML, Costa MJS, Longo E, Cavalcante LS, Viana VGF, Santos RS. TiO2-based dye-sensitized solar cells prepared with bixin and norbixin natural dyes: Effect of 2,2’-bipyridine additive on the current and voltage. Optik. 2020;218:165236. Available:https://doi.org/10.1016/j.ijleo.2020.165236
17. Madhusudan RK, Manorama S, Ramachandra RA. Bandgap Studies on Anatase Titanium Dioxide Nanoparticles. Materials Chemistry and Physics. 2003;78(1):239-245. DOI: 10.1016/S0254-0584(02)00343-7
18. Li BR, Wang XH, Yan MY, Li LT. Preparation and characterization of nano-TiO2 powder. Material Chemistry Physics. 2003;78(1):184–188.
19. Zhang J, Shi L, Zhu W, Wang X. Preparation and properties of nano-TiO2 modified interior wall paint. Journal Shanghai University (English Edition). 2007;11(4):432-436.
20. Hsu L, Chein H. Evaluation of nanoparticle emission for TiO2 nanopowder coating materials. Journal of Nanoparticle Research. 2007;9:157-163.
21. Gao J, Wang J, Yang H. Application research on modified nano-TiO2 in acrylic interior wall latex paint. Journal of the Chinese Ceramic Society. 2002;30(21):138-140.
22. Xu C, Duan Y, Zhang P, Qin Y. Surface modification of nanometer TiO2. Yunnan Chemical Industry. 2000;27(5):6-7.
23. Din Y, Fan H. Research on surface coating of nanoscale titania. Modern Chemical Industry. 2001;21(7):18-22.

24. Yang Y, Wei W, Zhang X. Building coating prepared with composite nano-TiO$_2$. Chemical Materials for Construction. 2002; 18(2):16-18.

25. Xiao-qiang W, Jian-ping Z, Wei-de Z, Li-yi S. Preparation and properties of nano-TiO$_2$ modified interior wall paint. Journal of Shanghai University. 2007;11:432-436.

26. TCVN 2101 -: Method of determining the gloss of paint; 1993. Available:https://vanbanphapluat.co/tcvn-2101-1993-son-phuong-phap-xac-dinh-do-bong-cua-mang (05/10/2020).

27. TCVN -2096-1-2015: Method of determining dry time. Available:https://vanbanphapluat.co/tcvn-2096-1-2015-son-vecni-phuong-phap-xac-dinh-do-thoi-gian-kho-phan-1 (05/10/2020).

28. TCVN 2097- 1993: Method of determining the adhesion of paint. Available:https://vanbanphapluat.co/tcvn-2097-1993-son-phuong-phap-cat-xac-dinh-do-bam-dinh (05/10/2020).

29. TCVN 2100-2- 2007: Method of determining the impact of paint. Available:https://vanbanphapluat.co/tcvn-2100-2-2013-son-va-vecni-phap-thu-bien-dang-nhanh-panh-2 (05/10/2020).

30. TCVN 2095- 1993: Method of determining the coating coverage. Available:https://vanbanphapluat.co/tcvn-2095-1993-son-phuong-phap-xac-dinh-dophu (05/10/2020).

31. Baldini, E. Strongly Bound Excitons in Anatase TiO2 Single Crystals and Nanoparticles. Nature Communications. 2017;8(1):13. DOI:10.1038/s41467-017-00016-6

© 2020 Hai et al.; This is an Open Access article distributed under the terms of the Creative Commons Attribution License (http://creativecommons.org/licenses/by/4.0), which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.

Peer-review history:
The peer review history for this paper can be accessed here:
http://www.sdiarticle4.com/review-history/63133